Experimental dataset of nanoporous GaN photoelectrode supported on patterned sapphire substrates for photoelectrochemical water splitting

Dongjing Li, Jianghua Liu, Yang Wang, Aixia Wu, Ruolin Ruan, Zeping Li, Zhimou Xu

A School of Electronic Information and Engineering, Hubei University of Science and Technology, Xianning 437005, China
b School of Optical and Electronic Information, Huazhong University of Science and Technology, Wuhan 430074, China

ARTICLE INFO

Article history:
Received 20 June 2019
Received in revised form 13 August 2019
Accepted 19 August 2019
Available online 28 August 2019

Keywords:
Gallium nitride (GaN)
Photoelectrode
Patterned sapphire substrate (PSS)
Anodic aluminum oxide (AAO)
Photoelectrochemical water splitting

ABSTRACT

GaN is one of the most promising materials for high PEC efficiency to produce clean, renewable hydrogen in an ecofriendly manner (Ebaid et al., 2015; Kamimura et al., 2017; Yang et al., 2018; Ohkawa et al., 2013). Through assays of nanoporous gallium nitride (GaN) photoelectrode, we recently demonstrated an improved PEC efficiency and photocurrent density of nanoporous GaN photoelectrode by 470% times with respect to planar counterpart (Li et al., 2019). Here, we report original data acquired under UV–visible spectrometer, X-ray diffraction (XRD), room temperature PL measurements and PEC measurements, based on the characterization of different sapphire substrate, different GaN samples and different GaN photoelectrodes. The optical properties and photoelectrochemical properties of the corresponding samples and possible mechanisms are presented, which is freely available (Li et al., 2019). The data can be valuable for researchers interested in photoelectrochemical water splitting, as well as to researchers developing fabrication of nanoporous photoelectrode. For more insight please see the research article “A nanoporous GaN photoelectrode on patterned sapphire substrates for high-efficiency photovoltaic energy conversion.”

DOI of original article: https://doi.org/10.1016/j.jallcom.2019.06.234.

* Corresponding author. School of Electronic Information and Engineering, Hubei University of Science and Technology, Xianning 437005, China.

** Corresponding author.
E-mail addresses: D201477516@alumni.hust.edu.cn (Z. Li), xuzhimou@hust.edu.cn (Z. Xu).
photoelectrochemical water splitting”. https://doi.org/10.1016/j.jallcom.2019.06.234.
© 2019 The Author(s). Published by Elsevier Inc. This is an open access article under the CC BY license (http://creativecommons.org/licenses/by/4.0/).

1. Data

The shared data are recordings from preparation and characterization process of nanoporous GaN photoelectrode supported on patterned sapphire substrates for high-efficiency photoelectrochemical water splitting [1–5]. Fig. 1 shows the schematic diagram of preparation process for AAO mask. The morphologies of the GaN samples were measured adopting the scanning electron microscope (SEM, FEI, Nova 450). The optical absorbance and reflectance of different GaN samples were characterized using UV Vis (Varian Cary 500). The characterization of PL spectra and XRD give an insight into the improved crystalline quality of samples using XRD (D8, Brucker) and room temperature PL measurements with a 325 nm He–Ne laser with a 0.75 m monochromator. The PEC measurements were carried out in the 1 M NaOH electrolyte with pH = 13.6 in a UV-transparent quartz cell with a customized three-electrode configuration, wherein the GaN photoelectrode, Pt wire and Ag/AgCl (saturated KCl) were used as a working electrode, a counter electrode and a reference electrode, respectively.

The designed experiments included: fabrication of patterned sapphire substrate (PSS) and gallium nitride (GaN) epitaxial growth, preparation of anodic aluminum oxide (AAO) membrane, transfer of AAO membrane, fabrication of nanoporous GaN. PEC cell measurements.

The raw data files are hosted on the public repository of Mendeley Data [6]
Li, Zeping (2019), “Experimental dataset on nanoporous GaN photoelectrode on patterned sapphire substrates for high-efficiency photoelectrochemical water splitting”, Mendeley Data, v2 https://doi.org/10.17632/99cb2txmbm.2. The other data is with this article.

Related research article
Z. P. Li et al. “A nanoporous GaN photoelectrode on patterned sapphire substrates for high-efficiency photoelectrochemical water splitting”. Journal of Alloys and Compounds, 2019. https://doi.org/10.1016/j.jallcom.2019.06.234.

The data can serve as a reference to develop a single-step top-down method using the AAO mask for fabrication of the nanoporous GaN photoelectrode grown on PSS.

The shared data can be useful to fabricate the nanoporous structure conveniently and economically.

This work will pave the way towards low-cost and mass production of nanoporous GaN photoelectrode for efficient solar water splitting.
the volume of the light escape cone was calculated as shown in Fig. 4(b). The characterization of PL spectra and XRD give an insight into the improved crystalline quality of samples. Table 1 shows the resulting raw data for PL spectra of different GaN samples, and Table 2 shows the resulting raw data for XRD rocking curves for (002) and (102) plane of different GaN samples. The optical absorbance and reflectance of different GaN samples were characterized using UV Vis. Table 3 shows the resulting raw data for optical absorbance and reflectance spectra of different GaN samples. PEC cell measurements were used to characterize the photoelectrochemical properties of different GaN photoelectrodes, wherein the EIS measurement was carried out at the applied frequencies of range from 10 kHz to 0.1 Hz as shown in Fig. 5. The resulting raw data are shown in Tables 4, 5, 6, 7. Table 4 shows raw data for current density-potential plots of different GaN photoelectrodes for dark and light-on photocurrent. Table 5 shows raw data for transient current density-time plots of different GaN photoelectrodes for dark and light-on photocurrent. Table 6 shows raw data for Nyquist plots of different GaN photoelectrodes.

Fig. 1. The schematic diagram of preparation process for AAO membrane, (a) first anodization, (b) dissolving of the irregular oxide layer, (c) second anodization, (d) PMMA film was spin-coated, (e) removing of Al substrate, (f) pore-widening and pore-opening.

Fig. 2. A SEM image of the nanoporous GaN with shallowly etched holes.
Table 7 shows raw data for current density-time curves for stability assessment of different GaN photoelectrodes and IPCE spectra of different GaN photoelectrodes. The above-mentioned raw data set in tables is hosted on the public repository of Mendeley Data [6].
2. Experimental design, materials, and methods

The preparation of anodic aluminum oxide (AAO) membrane was performed in a self-made instrument. As shown in Fig. 1, before anodizing of a 0.2 mm-thick Al foil (99.999% in purity), annealing, cleaning and electrochemical polishing were carried out. The first anodization was performed in oxalic acid at 1 °C and 120 V for 4 h, followed by dissolving of the irregular oxide layer using mixture of chromic acid and phosphoric acid for 8 h. The second anodization was performed in the same conditions for 4 minutes. Finally, a polymethyl methacrylate (PMMA) film was spin-coated on AAO surface of the as-prepared sample, followed by removing of Al substrate in a saturated copper chloride, pore-opening and pore-widening in phosphoric acid solution in turn [7,8].

To fabricate the nanoporous structure in GaN, a single-step top-down etching approach is developed using an AAO mask. During the ICP etching, the plasmas of ICP system passed through the hole channel of AAO and etched the exposed GaN surface on the bottom of AAO holes. The morphologies of the GaN samples were measured adopting the scanning electron microscope (SEM, FEI, Nova 450) at acceleration voltage of 10 kV and magnification of 100,000 times. Under the shallowly etching, the nannoporous GaN shows steep holes, as shown in Fig. 2.

The method for growing the photooelectrode on the substrates was presented in the research article “A nanoporous GaN photooelectrode on patterned sapphire substrates for high-efficiency photoelectrochemical water splitting” Li et al., 2019. Wherein, ICP (Oxford Plasmalab 100) dry etching is carried out at 3.5 mTorr pressure, 150 W RF power and 600 W coil power, with Cl2/BCl3 (15 sccm/60 sccm) gases for fabrication of nanoporous GaN. The etching duration determines the depth of nanoporous GaN, as shown in Fig. 3.

For the nanoporous GaN, the nanoporous structure caused the decrease of the effective refractive index (Fig. 4(a)), the volume of the light escape cone was calculated as shown in Fig. 4(b).

To assess photoelectrochemical properties of different GaN photooelectrodes, PEC cell measurements were carried out. Before PEC cell measurements, Ti/Au (10/150 nm) films were evaporated on the top of GaN edge as contact electrodes via e-beam evaporation. Subsequently, the photooelectrode was sealed with PVC tape and epoxy to define the PEC working area and insulation area from the electrolyte. The PEC measurements were carried out in the NaOH electrolyte with pH = 13.6 in a UV-transparent quartz cell with a three-electrode configuration, wherein the GaN photooelectrode, Pt wire and Ag/AgCl (saturated KCl) were used as a working electrode, a counter electrode and a reference electrode, respectively. During water splitting, a 300 W Xe lamp (Newport) was used to simulate one sun illumination (under AM 1.5 illumination at 100 mW cm⁻²), and an air mass 1.5G filter (Newport) was used to filter 97% ultraviolet (UV) light for reduction of photocorrosion to GaN photooelectrode. As shown in Fig. 5, the EIS measurement was carried out at the applied frequencies of range from 10 kHz to 0.1 Hz under illumination at an applied potential of 1.23 V vs. RHE.

Acknowledgments

The authors acknowledge the support from China’s National Key Research and Development program (2017YFB0403401), PhD research startup foundation of Hubei University of Science and Technology (L07903/170335-BK201819, BK201801), the Team Plans Program of the Outstanding Young Science and Technology Innovation of Colleges and Universities in Hubei Province (T201513).

Conflict of interest

The authors declare that they have no known competing financial interests or personal relationships that could have appeared to influence the work reported in this paper.

Appendix A. Supplementary data

Supplementary data to this article can be found online at https://doi.org/10.1016/j.dib.2019.104433.
References

[1] M. Ebaid, J.-H. Kang, S.-W. Ryu, Controllable synthesis of vapor-liquid-solid grown GaN nanowires for photoelectrochemical water splitting applications, J. Electrochem. Soc. 162 (4) (2015), H264-H27, https://doi:10.1149/2.0831504jes.

[2] J. Kamimura, P. Bogdanoff, F.F. Abdi, J. Lahnemann, R. van de Krol, H. Riechert, L. Geelhaar, Photoelectrochemical properties of GaN photoanodes with cobalt phosphate catalyst for solar water splitting in neutral electrolyte, J. Phys. Chem. C 121 (2017) 12540–12545. https://doi:10.1021/acs.jpcc.7b02253.

[3] C. Yang, X. Xi, Z. Yu, H. Cao, J. Li, S. Lin, Z. Ma, L. Zhao, Light modulation and water splitting enhancement using a composite porous GaN structure, ACS Appl. Mater. Interfaces 10 (2018) 5492–5497. https://doi:10.1021/acsami.7b15344.

[4] K. Ohkawa, W. Ohara, D. Uchida, M. Deura, Highly stable GaN photocatalyst for producing H2 gas from water, Jpn. J. Appl. Phys. 52 (2013), 08JH04. https://doi:10.7567/jjap.52.08j004.

[5] Z. Li, Z. Xu, D.J. Li, A. Wu, R. Ruan, A nanoporous GaN photoelectrode on patterned sapphire substrates for high-efficiency photoelectrochemical water splitting, J. Alloy. Comp. 803 (2019) 748–756. https://doi:10.1016/j.jallcom.2019.06.234.

[6] D. Li, A. Wu, R. Ruan, Z. Li, Z. Xu, Experimental dataset on nanoporous gan photoelectrode on patterned sapphire substrates for high-efficiency photoelectrochemical water splitting, Mendeley Data, 2 (2019). https://doi.org/10.17632/99cb2txmmbm.2.

[7] Z.P. Li, Z.M. Xu, X.P. Qu, S.B. Wang, J. Peng, L.H. Mei, Fabrication of nanopore and nanoparticle arrays with high aspect ratio AAO masks, Nanotechnology 28 (2017), 095301. https://doi:10.1088/1361-6528/aa585c.

[8] Z. Li, Z. Xu, X. Qu, S. Wang, J. Peng, Pattern transfer of hexagonal packed structure via ultrathin metal nanomesh masks for formation of Si nanopore arrays, J. Alloy. Comp. 695 (2017) 458–461. https://doi:10.1016/j.jallcom.2016.11.102.